The data and discussion presented in this paper concern marketable bricks.
The study has been restricted to the absorption prop- ment, represented his "range"; that is, they were so selected from the lain of bricks as to represent a vertical "cross section" of the kiln and included a number of the relatively soft-burned bricks in the kiln, a number of the hardest burned, and many that were distributed at various points between these two extreme conditions. In Table 1 are presented data showing the character of clays from which the bricks were made and how they were molded. than unity for the type of material studied. From equation (2) A few examples will serve to illustrate this point. This relation between C and Y is illustrated in Figure   3 .
While it is seen that in Table 5 
